Source of material: The title compound was pi^pared by reaction of 0.5 g (1.54 mmol) WCU (Aldrich, 99.9+%) with 0.74 g (3.08 mmol) nei (Merck, p.a.) in a sealed quartz tube at 925 К for one week. Tl2[WCl6] is known to form the K2PtCl6 structure from X-ray powder data (a = 9.87 ; see ref. 1 ). The present refinement results in precise bond lengths of about ¿(W-Cl) = 2.379(4) Â and dCn-Cl) = 3.4969(2) Â.
powder data (a = 9.87 ; see ref. 1 ) . The present refinement results in precise bond lengths of about ¿(W-Cl) = 2.379(4) Â and dCn-Cl) = 3.4969(2) Â. 
